Role of Actinomycete sp. in Bio-extraction of Copper from Electronic Waste

Mohamed El-Badry 1*, Tarek Elbarbary 2, Yasmeen Abdel-Fatah 2*, Sawsan Abdel-Halim 3, Hayat Sharada 3, Ibrahim A. Ibrahim 2

1 Botany and Microbiology Department, Faculty of Science, Al-Azhar University, Egypt
2 Mineral Processing Department, Central Metallurgical R & D Institute (CMRDI), Cairo, Egypt
3 Biochemistry Department, Faculty of Science, Helwan University, Egypt
* Correspondence: yasmeen.madeeh@yahoo.com (Y.A.F.);

Received: 3.09.2021; Revised: 29.09.2021; Accepted: 3.10.2021; Published: 20.11.2021

Scopus Author ID 7003523542

Abstract: Copper is bioleached from printed circuit boards (PCBs) using Actinomycete sp. It was identified by 16S rRNA, called Streptomyces graminofaciens. The tolerance of S. graminofaciens towards copper showed that it couldn’t live in the presence of copper sulfate. The process was carried out by culturing 3.09×10³ CFU of S. graminofaciens in 50 ml of modified starch nitrate medium for three days at 200 rpm and 30°C and then 0.5% e-waste was added for other 5 days. Glucose (0.01 g/ml) and ammonium sulfate (0.002g/ml) were the best carbon and nitrogen sources. At pH 5, the leached copper was 88.1%. The bio-dissolution mechanism was investigated via the production of enzymes of S. graminofaciens metabolites, which showed that the higher dissolution has occurred in an un-denatured sample (non-heating) than the denatured one (heating). FTIR spectra confirmed the action of S. graminofaciens through the disappearance and appearance of some peaks. SEM showed that the e-waste gained more pores as a result of bio-treatment, which refers to the liberation of metals in solution.

Keywords: bio-extraction; copper; printed circuit boards; Streptomyces graminofaciens.

© 2021 by the authors. This article is an open-access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (https://creativecommons.org/licenses/by/4.0/).

1. Introduction

In recent years, electronic equipment production has been fast growing due to its increased use and the high cost of repair. It produces large amounts of electronic wastes (e-wastes). So, it needs recycling not only for environmental concerns but also for economic reasons. Many physical processes are used to classify the components of e-wastes, such as size, density, and magnetic separations, as well as flotation processes [1-3].

E-waste contains several organic pollutants and approximately 40% of base, precious and rare earth metals [4-6]. Printed circuit board (PCB) contains copper by 10-30%, which is the highest metallic content of e-waste [7]. Copper is an industrially significant metal, widely used in building construction, electrical and electronic products, transportation equipment, and industrial machinery [8]. So, the recovery of copper from e-waste is important to conserve the environment and metal resources. Its recovery is typically achieved by conventional methods as pyro-metallurgical and hydrometallurgical processes, which have a certain energy and environmental disadvantages [9-12].

The bio-hydrometallurgical route is an alternative method for conventional methods (mechanical and thermal) in which bioleaching of metals from e-waste. By this process, the efficiency of metals recovery can be increased as shown in copper and gold mining of low-
grade ores. These ores are treated by biological methods to obtain metal values, which are not accessible by conventional methods [13-15]. Mainly, three groups of microorganisms are classified in bioleaching: chemo-lithotrophic prokaryotes, including bacteria and archaea; heterotrophic bacteria and heterotrophic fungi [16].

The bacteria used for bioleaching of metals generally belong to the class of chemo-lithoautotrophs. Very little reported data is available on the use of heterotrophic organisms which could perform leaching of metals. Compared to acidophiles, heterotrophs adapt to a wider pH range and are used for treating moderately alkaline wastes. Research on the heterotrophic bioleaching of metals from waste materials focused on cyanide and organic acid-generating microorganisms. Heterotrophic bacteria and fungi are included in bioleaching with microbial production of organic acids. Organic acids are used as bioleaching agents. Also, other metabolites can be used as leaching agents for extracting metals from waste material. In most cases of heterotrophic bioleaching, organic acids directly dissolve metals [17].

Several strains belonging to the genus of *Acinetobacter* species have attracted growing interest from researchers for environmental and biotechnological applications. These bacteria are involved in the biodegradation of xenobiotic organic compounds [18]. *Acinetobacter* species (sp.) is widespread in water, soil, and living organisms. The primary characteristic of any bacteria to be used for bioleaching of metals is its high resistance to the metals which are present in e-waste [19].

This work aims to investigate the efficiency of Actinomycete sp. (*Streptomyces graminofaciens*) as a bioleachant of copper metal from e-waste.

### 2. Materials and Methods

#### 2.1. Materials.

The scraps of PCBs were collected from the local market. All analytical grade chemicals used were supplied by Merck. *Actinomycete* was supplied by the microbiology department, Al-Azhar University. It was identified by 16S rRNA sequencing.

The composition of the used culture media is: Starch nitrate DSMZ [20], comprises of 20g starch, 2g KNO₃, 1g K₂HPO₄, 0.5g NaCl, 0.5g MgSO₄.7H₂O, 3g CaCO₃, 10mg FeSO₄.7H₂O, and 20g agar in distilled water up to 1 liter. Modified starch nitrate (HI media) is composed of 10g starch, 1g K₂HPO₄, 1g MgSO₄.7H₂O, 1g NaCl, 2g (NH₄)₂SO₄, 2g CaCO₃, 1mg FeSO₄.7H₂O, 1 mg MnCl₂.7H₂O, and 1mg ZnSO₄ in distilled water up to 1 liter. Modified malt-yeast extract medium [21] comprises 10g glucose, 5g peptone, 3g yeast extract, and 20g agar in distilled water up to 1 liter. The pH was adjusted at 6.8 before autoclaving at 121°C for 15 min. Also, it was solidified by adding 15g agar before pH adjusting. Bioleaching medium [21] comprises 10g glucose, 0.1g CaCl₂, 0.1g MgSO₄.7H₂O, 5g NH₄Cl, 0.5g NaCl, 3g KH₂PO₄, and 6g NaH₂PO₄ in distilled water up to 1 liter in deionized water. The pH was adjusted at 12 using 0.1N NaOH.

#### 2.2. Methods.

2.2.1. Characterization of PCBs.

Firstly, the scraps of PCBs were cut into small pieces manually, and then they were crushed by the high-speed universal pulverizer for 2 min. XRF analysis was used for the
chemical analysis of the sample. Crystalline phases of PCBs samples were determined by XRD analysis.

2.2.2. Characterization of the actinomycete strain.

DNA was extracted by using the protocol of Gene Jet genomic DNA purification Kit (Thermo K0721), then PCR by using Maxima Hot Start PCR Master Mix (Thermo K1051) with 16 S universal primer Forward primer: -5- AGA GTT TGA TCC TGG CTC AG-3 and Reverse R:- 5- GGT TAC CTT GTT ACG ACT T-3. The PCR cycle was carried out as the following initial denaturation 95°C for 10 min one cycle, denaturation 95°C for 30 sec, annealing 65°C for 1 min, extension 72°C for 1.30 min, number of cycles 35 cycle and final extension72°C for 10 min one cycle. PCR clean up to the PCR product using GeneJET™ PCR Purification Kit (Thermo K0701). Finally, the PCR product was sequenced by GATC Company by using ABI 3730×l DNA sequencer by using forward and reverse primers.

Combining traditional Sanger technology with the new 454 technology can genomes now be sequenced and analyzed in half the usual process time, with a considerable decrease in the number of recommended steps (coatings and gaps). In addition, considerable cost advantages now make genome sequencing with the 454 technology available to the research community.

2.2.3. Tolerance of the actinomycete strain to copper.

Modified starch nitrate agar medium with various concentrations of CuSO₄ ranging from (100-1000 ppm) was prepared, then inoculated with this actinomycete strain and incubated at 30°C. The growth of the actinomycete strain was followed on a plate with time to determine the ability of this actinomycete strain to survive in the presence of copper in addition to preparation control without copper [22].

2.2.4. Bioleaching procedure.

Different types of bioleaching methods one-step, two-step, and spent medium method were carried out to show bioleaching efficiency as the following: In one-step bioleaching method, 50ml of modified starch nitrate medium was prepared with inoculation 1.03×10³ CFU and addition 0.25 g of PCBs at the same time then incubated at 30°C and 180 rpm. In the two-step bioleaching method, culturing of 1.03×10³ CFU/50 ml of modified starch nitrate medium was prepared for three days, then adding 0.25g PCBs and incubating at 30°C and 180 rpm. In a spent medium method, culturing of 1.03×10³ CFU/50 ml medium was prepared for 7 days, then filtered, adding 0.25 g of PCBs to the filtrate, and incubated at 30°C and 180 rpm. In each type of bioleaching method, the concentration of copper was determined daily [23].

Different culture media, modified starch nitrate, starch nitrate, modified malt-yeast extract, bioleaching media were evaluated separately with 0.5% e-waste and inoculation with 1.03×10³ CFU/50 ml medium and incubated at 30°C and 180 rpm. The amount of extracted copper was determined by titration method, measuring pH value and redox potential by pH meter. By applying predetermined conditions with the best medium, other factors were studied: incubation period, particle size, inoculum size, temperature, pulp density, carbon, nitrogen sources and their concentrations, initial pH, and shaking speed.
Mechanism of bio-extraction was investigated through producing various metabolites, including enzymes with structural complexity, and can decompose many of recalcitrant chemicals like hydrocarbons [24]. Detection of the effect of enzymes produced by this actinomycete strain for bioleaching of copper from e-waste was performed as follow. 50 ml of optimized bioleaching medium was prepared with addition 3.09 × 10^3 CFU of the actinomycete strain in duplicate then culturing for 3 days at 30°C and 200 rpm then filtered by centrifugation to remove any cells and two samples of supernatant which containing metabolites were taken. In the first sample of supernatant, the extracellular enzymes were removed by autoclaving at 115°C for 20 minutes (heat sterilization) to denature the enzymes. Whereas the second sample was left without sterilization. 0.25 g of e-waste was added for 50 ml of each sample then kept in an incubator for 5 days [25].

2.2.5. FTIR (Fourier Transform Infrared Spectrometer analysis.

The differences of spectra between control (50 ml of modified starch nitrate medium was prepared with adding 0.25g of e-waste in the absence of the actinomycete sp.) and sample (50ml of modified starch nitrate medium was prepared with adding 0.25g of e-waste in presence 1.03 × 10^3 CFU of the actinomycete strain at optimum conditions) were studied to show the appearance and disappearances of functional groups; these functional groups can be related to the dissolution process. The (5-8) ml of filtrate of leaching solution in bioleaching experiments were analyzed using FT-IR (Nicolet IS-10 FTIR) for the determination of active functional groups [26].

2.2.6. Field emission scanning electron microscopy (SEM) analysis.

The morphology changes in e-waste before and after bioleaching processes were determined by SEM analysis (a JEOL instrument QUANTAFEG 250, Netherlands).

3. Results and Discussion

3.1. Characterization.

3.1.1. Chemical composition of waste PCBs.

XRF analysis showed that the sample contains 21.96% copper, 20.49% bromine, and 16.15% tin. Other elements such as Pb, Zn, Fe, and Sb were found in small quantities ranging from 8.4% to 2.6%. In addition, other elements such as Ba, Si, Ca, Al, Ni, Sr, and Mg were detected, Table 1. XRD spectrum of PCBs sample (Figure 1) showed that copper, tin, lead, aluminum, and iron were the main phase constituents.

| Element | Cu  | Zn  | Sn  | Fe  | Pb  | Sb  | Ni  | Br  | Ba  | Si  | Sr  | Mg  | Ca  | Al  |
|---------|-----|-----|-----|-----|-----|-----|-----|-----|-----|-----|-----|-----|-----|-----|
| %       | 21.96 | 2.62 | 16.15 | 2.32 | 8.40 | 2.67 | 0.47 | 20.49 | 1.41 | 0.35 | 0.14 | 0.10 | 0.50 | 0.16 |

3.1.2. Identification of actinomycete strain.

The actinomycete strain was applied to amplification of partial 16S rRNA gene. The produced sequence with the length of 1352 base pair was compared with available sequences in the NCBI database using BLASTN, as shown in Table 2. It was closely related to
Streptomyces graminofaciens with 99.15% sequence similarity, as in Figure 2. Hence it was designated as Streptomyces graminofaciens (S. graminofaciens).

Figure 1. XRD patterns of powdered waste printed circuit boards sample (WPCBs).

3.1.3. Tolerance of Streptomyces graminofaciens to copper.

It was observed that the optimum growth was occurred in the control plate (without copper sulfate) from the second day of incubation, but the plate with copper sulfate didn’t have
any growth. This refers to the toxicity of copper to \textit{S. graminofaciens}. These results were tabulated in Table 3 and drawn in Figure 3. This agrees with the literature. It was reported that the minimal concentration of copper caused the complete suppression of growth in a part of streptomycete cultures [27].

### Table 3. Effect of copper concentration on the growth of \textit{Streptomyces graminofaciens}.

| Time/day/diameter (cm) | 1 day | 2 days |
|-----------------------|-------|--------|
| Control               | --    | 11.5   |
| Sample                | --    | --     |

![Figure 3. Effect of copper on the growth of \textit{Streptomyces graminofaciens} (a), Inoculation of the actinomycete in a plate with and without copper sulfate (b).](image)

#### 3.2. Bioleaching process.

Different bioleaching methods (one-step, two-step, and spent medium) were studied by measuring copper dissolution with time. It was observed that the two-step method is preferred over one-step, and the insignificant difference between two-step and spent medium. The copper dissolution reached 51.5% using a modified starch nitrate medium, as illustrated in Table 4 and Figure 4. In one-step bioleaching, both microorganisms and e-waste were added to the medium at the same time. The growth of microorganisms was inhibited [28, 29]. Also, the swollen spores aggregated with e-waste particles after inoculation led to relatively large pellet nuclei formation.

In a two-step bioleaching process, \textit{Streptomyces graminofaciens} was grown in a modified starch nitrate medium for three days, which entered the log phase. Then, e-waste was added and is thought to be appropriate to increase bioleaching of metals from e-waste. In which some metals can be coenzymes for enzymes produced by \textit{Streptomyces graminofaciens} to increase leaching efficiency, and these metals can also cause stress for a microorganism that leads to increased production of metabolites that used in the leaching process [30].

### Table 4. Effect of types of bioleaching methods on leaching of copper.

| Bioleaching method | Cu%          |
|--------------------|--------------|
|                    | 1 day | 2 days | 3 days | 4 days | 5 days |
| One step           | 4.39  | 8      | 8.5    | 12     | 12.7   |
| Two step           | 44.6  | 45.7   | 47.5   | 48.2   | 51.5   |
| Spent medium       | 43.8  | 44.2   | 46.8   | 47.2   | 50.1   |

In the spent medium process, \textit{Streptomyces graminofaciens} were cultured for 5 days then filtrated. E-waste was added to the filtrate, and copper dissolution was determined daily. The differences between the two-step bioleaching method and spent medium for copper dissolution were not significant which actinomycete produces metabolites that are necessary.
for copper dissolution. The active secondary metabolism in streptomycetes may enable the future application of these organisms in biotechnologies for the remediation of natural environments and objects contaminated by heavy metals [31].

Figure 4. Effect of types of bioleaching methods on leaching of copper.

3.2.1. Effect of media types on bio-extraction of copper from PCBs.

The growth of any microorganism and production of metabolites can be affected by the composition of the growth medium, so different media compositions were studied (bioleaching medium, modified Starch nitrate, starch nitrate, and modified malt-yeast extract) to show the best medium for leaching of copper by *Streptomyces graminofaciens*. The $1.03 \times 10^9$ CFU of *S. graminofaciens* was cultured in 50 ml of modified starch nitrate medium and incubated for 3 days at 30°C and 180 rpm then 0.25 g of e-waste was added. Copper dissolution, pH, and redox potential were determined after 5 days of incubation. The results showed that the best medium for dissolution of copper was the modified starch nitrate medium by which 51.5% of copper dissolved with final pH 8.4 and redox potential -53.7, while the minimum copper dissolution occurred with the bioleaching medium, Figure 5. It is reported that the medium composed of 10g starch, 0.3g casein (Difco-vitamin-free), 0.3g KNO$_3$, 2g NaCl, 2g K$_2$HPO$_4$, 0.05g MgSO$_4$.7H$_2$O, 0.02g CaCO$_3$, 0-01g; FeSO$_4$.7H$_2$O, and 18g ‘Bacto, Agar’(Difco) in 1 liter of distilled water at pH 7-7.2 allows the development of large numbers of *Streptomycetes*. So it is referred to use modified starch nitrate medium as the best medium for optimum growth of this microorganism [32].

Figure 5. Effect of different media on bioleaching of copper by *S. Graminofaciens*.

3.2.2. Effect of incubation period on copper extraction by *S. graminofaciens*.

A 50 ml of the modified starch nitrate medium was prepared for culturing $1.03 \times 10^9$ CFU of *S. graminofaciens* and incubated for 3 days, then 0.25 g of +150 mesh of e-waste was added to the prepared culture and incubated at 30°C and 180 rpm. Copper dissolution, pH, and redox potential were determined daily. The results showed that the maximum biodissolution of copper (51.5%) occurred after 5 days of incubation at pH 8.3 and redox potential -52.1 mV,
Figure 6. Horeh, et al. [33] showed that counts of streptomycetes and fungi were made after 5 days of incubation.

3.2.3. Effect of particle size factor on copper dissolution by *S. graminofaciens*.

The results showed that copper dissolution increases with decreasing size fraction to 150 mesh at which 52.5% copper has dissolved at pH 8.25 and redox potential -50.1 mV, Figure 7. Reducing the particle size to a certain limit increases the overall contact surface and thus better mass transfer. Also, the increased number of particles leads to cause tension between e-waste pulp and microorganisms, which results in microbe body damages or lyses. These two aspects must be balanced. These results were confirmed by Young and Veasey [34], who showed that large particle sizes lead to low metal extraction efficiency.

3.2.4. Effect of inoculum size of *S. graminofaciens* on copper dissolution.

The results showed that copper dissolution increases with increasing inoculum size up to 3.09×10³ CFU for 50 ml of medium, then it decreases with furthering increase inoculum size, at which copper dissolution reached 61.89% at pH 8.34 and redox potential -54.1mV, Figure 8. The increasing inoculum size above 3.09×10³ CFU/50 ml leads to overgrowth of cells and adsorption of leached copper ions on a large amount of bacterial biomass surface. Also, the competition factor between the cells occurs at the large inoculum size, decreasing the necessary aeration for optimum growth of cells and producing metabolites necessary for copper dissolution [35].
3.2.5. Effect of incubation temperature on copper dissolution by *S. graminofaciens*.

The results showed that copper dissolution increases with increasing temperature up to 30°C, then it decreases. The copper dissolution reached 62% at pH 8.34 and redox potential -54.1 mV, Figure 9. The optimum activity and growth of *S. graminofaciens* for producing more efficient metabolites used in copper dissolution were at 30°C.

![Figure 9. Effect of incubation temperature on copper dissolution by *S. Graminofaciens*.](image)

The nature and amount of secondary metabolites produced by *Streptomyces* are high dependents on the temperature and growth rate [36]. It showed that the optimum growth was observed at 30°C, and above this temperature, the growth and production of metabolites decreased [37].

3.2.6. Effect of pulp density on copper dissolution by *S. graminofaciens*.

It was observed that copper dissolution increased with decreasing pulp density. The best pulp density was 0.1 g/50ml of a medium at which 100% Cu is dissolution at pH 7.9 and redox potential -34 mV. To reduce the economic value with lower pulp density, 0.25g of e-waste /50ml medium was selected as the optimum amount of pulp density at which 62.1% copper is dissolved at pH 8.4 and redox potential -55.4 mV, Figure10.

Obviously, the increase of the pulp density means high metals content, so they have inhibitory effects that reduce the bacterial growth and production of metabolites necessary for
copper dissolution. Also, the non-metallic fractions, i.e., epoxy-coated substrate and organic components of the PCB are toxic to the bacteria [38]. On the other hand, a low pulp density is not acceptable from an economic view.

3.2.7. Effect of carbon sources on copper dissolution by *S. graminofaciens*.

Microorganisms can use a variety of carbon sources and adapt to the altering in the osmotic strength, nutrients, oxygen limitation, and stress conditions. The carbon source is important, which is easily metabolized and is necessary for the active proliferation of microorganisms. Also, it affects metabolic function in many bacteria [39]. Different carbon sources (starch, sucrose, glucose, dextrose, lactose) were tested with predetermined conditions. The results showed that the best carbon source was glucose, at which copper dissolution is reached 68.8% at pH 8.06 and redox potential 14.3 mV, as drawn in Figure 11. The worst carbon source was sucrose. This is due to the simplest of glucose sugar and ease to be intake by *Streptomyces*, in addition to glucose providing carbon atoms which are important for the mycelium and generations production. It showed the vital effect of glucose as a carbon source on metabolic function in many bacteria. It is reported that the maximum cell growth in the medium is amended with glucose, fructose, and mannose [40].

3.2.8. Effect of carbon concentration on copper dissolution by *S. graminofaciens*.

The results revealed that the bioleaching of copper increases with increasing glucose concentration up to 0.015 g/ml, which reached 76.98% at pH 8.06 and redox potential 14.3
mV, then it decreases with increasing glucose concentration, Figure 12. It was reported that the further increase in the glucose concentration led to a gradual decrease in the production of metabolites and the growth of the mycelium. Also, the glucose concentration in the medium has got a significant effect on the growth of Streptomyces and bioactive metabolite production [40].

![Figure 12. Effect of carbon concentrations on copper dissolution by S. graminofaciens.](image)

3.2.9. Effect of nitrogen sources on copper dissolution by S. graminofaciens.

Nitrogen metabolism and nitrogen scavenging are vital processes for saprophytic organisms such as Streptomyces and other actinobacteria. Nitrogen is also found in many secondary metabolites, whose function may be related to cell interactions with their surroundings [41]. Nitrogen sources in the medium can affect the growth and activity of microorganisms and the nature of the produced metabolites. The nitrogen source was used to regulate secondary metabolism, so various nitrogen sources (ammonium sulfate, ammonium chloride, ammonium phosphate, asparagine) were tested with applied predetermined conditions.

![Figure 13. Effect of nitrogen sources on copper dissolution by S. graminofaciens.](image)

The results showed that the best nitrogen source was ammonium sulfate, at which the copper dissolution is reached 76.5% at pH 8.05 and redox potential -44.8 mV, Figure 13. The worst nitrogen source was asparagine that inhibit the growth of S. graminofaciens.

The maximum activity of Streptomyces sp. 201 was obtained in culture filtrates supplemented with asparagine, followed by potassium nitrate, tyrosine, and valine [42]. The ammonium source is preferred than nitrate because the ammonium enter the cell directly by a specific transporter (AmtB) [43], but a nitrate enters through a nitrate transporter (NarK) then
reduced to nitrite by an assimilatory nitrate reductase (NasA), and finally to ammonium by a nitrite reductase (NirB) [44].

3.2.10. Effect of nitrogen concentration on copper dissolution by \textit{S. graminofaciens}.

The results showed that copper dissolution increases with increasing ammonium sulfate concentration up to 2mg/ml then decreases. At 0.002g/ml of ammonium sulfate, the copper dissolution is reached 76.2\% at pH 8.06 and redox potential -40.7 mV. The optimum growth of this strain and production of more metabolites necessary for the dissolution process occurred at this concentration of ammonium sulfate, Figure 14.

3.2.11. Effect of initial pH on copper dissolution by \textit{S. graminofaciens}.

The pH of the culture medium is one of the most vital environmental factors. It has an effect on the activity of several enzymes that are necessary for catalyzing metabolic reactions and has a significant effect on complex physiological phenomena such as membrane permeability and cell morphology. The initial pH of the medium affects many cellular processes, such as the regulation and production of secondary metabolites [45]. Hence, the medium's different initial pH (5, 7, 8, 9) were tested with applied predetermined conditions. The results showed that the optimum initial pH of the modified starch nitrate medium was pH 5, at which the copper dissolution is reached 85.08\% at final pH 6.7 and redox potential 33.1 mV, Figure 15. It was reported that the maximum metal bioleaching was observed at pH 6, and most streptomyces species showed an optimum pH range from 7-8 [46].

![Figure 14. Effect of nitrogen source concentration on copper dissolution by \textit{S. graminofaciens}.](image1)

![Figure 15. Effect of initial pH on copper dissolution by \textit{S. graminofaciens}.](image2)
3.2.12. Effect of Aeration on Copper Dissolution by *S. graminofaciens*.

The agitation speed of microorganisms in the growth medium is responsible for the aeration of microorganisms. It can affect the growth rate, metabolism by transporting nutrients and enzyme activities, cell morphology, mass transfer characteristics, and the shear stress on microbial cells. The results showed that the copper dissolution increases with increasing shaking speed up to 200 rpm then decreases. At 200 rpm, copper dissolution is reached 88.1% at pH 8.14 and redox potential -47.3 mV. It refers to medium agitation required for optimum growth of Streptomyces strain for production maximum metabolites, Figure 16. It is reported that the agitation rate increases the mass transfer and shear stress to bacterial cells. Above certain limit of shaking speed leads to damage of cells by shear stress [25].

3.3. Mechanism of copper bioleaching by *S. graminofaciens*.

For surviving in an environment contaminated by metals, streptomycetes produce a wide range of metal ion chelators, such as siderophores, to protect from the negative effects of heavy metals of e-waste or metal uptake for specialized metabolic processes [47]. Also, Streptomyces produce extracellular polymeric substances (EPS), which are, together with siderophores, of interest in removing heavy metals from the environment.

![Figure 16. Effect of aeration on copper dissolution by *S. graminofaciens*.](image)

3.3.1. Detection enzymes produced by *S. graminofaciens*.

To ensure the production of enzymes in metabolites of *S. graminofaciens* that had a role in the bioleaching of copper was occurred by preparing two samples of culturing 3.09×10³ CFU of Streptomyces in 50 ml of optimized bioleaching medium for 3 days at 200 rpm and 30°C, then they were centrifuged at 15000 rpm and collect the supernatant. The protein content of the supernatant is denatured by heat sterilization, autoclaved at 110°C for 20 min., and another supernatant was not treated. A 0.25 g of e-waste was added to both samples and incubated at 30°C and 200 rpm [48].

The results showed that the copper dissolution in a sterilized sample reached 48.63%, while it was 88% in an unsterilized sample. This refers to the effect of both enzymes and metabolites produced by *S. graminofaciens*. In the absence of enzymes (denatured sample), metabolites are produced by *S. graminofaciens* causes bioleaching. In the presence of enzymes and metabolites, the bioleaching is almost doubled. It was reported that the leaching efficiency
in the heat-treated sample is lower than that in the untreated one for bioleaching of metals from fly ash using *Thiobacillus* [49].

### 3.3.2. FTIR analysis.

FTIR analysis was used to investigate the effect of bioleaching of e-waste on the functional groups, material composition, and variation between molecular phases. The filtrate spectrum of modified starch nitrate in the presence of e-waste with or without of *S. graminofaciens* at optimum conditions, Fig.17, showed that a peak shift from 1037.76 cm\(^{-1}\) to 1091.70 cm\(^{-1}\) and 1083.00 cm\(^{-1}\) to 1131.39 cm\(^{-1}\) which is related to C–N stretching amine. The peak shift from 1400.68 cm\(^{-1}\) to 1399.61 cm\(^{-1}\) which is related to O–H bending alcohol. The peak shift from 1637.05 cm\(^{-1}\) to 1636.26 cm\(^{-1}\) which is related to C=C stretching conjugated alkene or N-H bending amine. Also, the peak shift from 3429.74 cm\(^{-1}\) to 3435.22 cm\(^{-1}\) which is related to alcohol. While, the spectrum of the filtrate with *S. graminofaciens*, showed a peak at 2088.09 cm\(^{-1}\) which is related to N=C=S isothiocyanate. The difference between the two spectra is related to the dissolution of copper from e-waste [50].

![FTIR spectra of the filtrate with and without Streptomyces Graminofaciens.](image)

Through FTIR, it was showed the presence of amine and alcohol groups that participate in the leaching of the copper process, as shown in equation (1-5). The reaction of copper with amine groups to form copper ammine complex than in the presence of molecular oxygen dissolved in the solution as the oxidant, achieving the separation of copper and other metal components[51].

\[
\text{Cu} + 2\text{O}_2 + 4\text{NH}_3 \cdot \text{H}_2\text{O} = \text{Cu(NH}_3)_4^{2+} + 4\text{H}_2\text{O} \quad (1)
\]

\[
\text{Cu} + 2\text{O}_2 + 4\text{NH}_4^+ = \text{Cu(NH}_3)_4^{2+} + 2\text{H}_2\text{O} \quad (2)
\]

\[
\text{Cu} + \text{Cu(NH}_3)_4^{2+} = 2\text{Cu(NH}_3)_2^{2+} \quad (3)
\]

\[
2\text{Cu(NH}_3)_2^{2+} + 2\text{O}_2 + 4\text{NH}_3 \cdot \text{H}_2\text{O} = 2\text{Cu(NH}_3)_4^{2+} + 6\text{H}_2\text{O} \quad (4)
\]

\[
\text{O-H bending alcohol} + \text{Cu-[e-waste]} \Rightarrow \text{soluble copper complex} \quad (5)
\]

Also, the presence of hydroxy bending alcohols interact with copper of e-waste by direct displacement of hydrogen ions to form of soluble copper complex and chalets, [52].
3.3.3. SEM analysis.

SEM image of e-waste before treatment showed the heterogeneity and variety of species of particles in the sample, Figure 18(A). SEM images of e-waste after the bioleaching process showed an interaction with *S. graminofaciens*, Figure 18 (B & C). The increasing holes in the surface are due to the large destruction of the structure by metabolites and enzymes secreted by *S. graminofaciens*. It was reported that the structural changes in the PCB after the bioleaching process had been determined by scanning electronic microscope analysis [53].

![Figure 18. SEM analysis of e-waste before (A) and after (B,C) bioleaching process.](image)

4. Conclusions

This work is interested in the dissolution of copper from e-waste by using *Actinomycete sp*. These studies can be summarized as follows: XRF analysis showed the presence of high content of copper (21.96%). Also, other elements such as Br, Sn, Pb, Zn, Fe, and Sb were present. XRD analysis showed that metallic copper, tin, lead, aluminum, and iron were the main phase constituents; Viability of *S. graminofaciens* in the presence of copper was studied and found that *S. graminofaciens* didn’t grow in the presence of copper; Different types of bioleaching methods (one-step, two-step, spent medium) were studied and found that two-step bioleaching method was the preferred method for extraction of copper; The maximum dissolution of copper (88.1%) was achieved using modified starch nitrate medium at initial pH 5 with inoculation 3.09×10^3 CFU of *S. graminofaciens* in 50 ml medium for 5 days at 30°C and shaking speed 200 rpm. Also, the best pulp density was 0.5% with a size fraction +150 mesh. Both 0.01 g/ml glucose and 0.002 g/ml ammonium sulfate were the best carbon and nitrogen sources, respectively; The mechanism of bioleaching was studied by ensuring the production of enzymes in metabolites of *S. graminofaciens* and found that high dissolution occurred in the un-denatured sample (not-heating) than denatured one (heating). The effect of bioleaching was confirmed by the peaks shifting of FTIR spectra of e-waste with and without *S. graminofaciens* and the new peak of isothiocyanate in the presence of *S. Graminofaciens*; SEM images showed that the e-waste after treatment contained more pores than before treatment, and this refers to the liberation of metals from e-waste to solution during treatment.

Funding

This research received no external funding.

Acknowledgments

This research has no acknowledgment.
Conflicts of Interest

The authors declare no conflict of interest.

References

1. Mesbah, Y.I.; Ahmed, N.; Ali, B.A.; Allam, N.K. Recycling of Li–Ni–Mn–Co Hydroxide from Spent Batteries to Produce High-Performance Supercapacitors with Exceptional Stability. ChemElectroChem 2020, 7, 975-982, https://doi.org/10.1002/celc.202000081.

2. Rinne, M.; Elomaa, H.; Porvali, A.; Lundström, M. Simulation-based life cycle assessment for hydrometallurgical recycling of mixed LIB and NiMH waste. Resources, Conservation and Recycling 2021, 170, https://doi.org/10.1016/j.resconrec.2021.105586.

3. Abdel Hameed, R.M.; Abdel-Aal, E.A.; Farghaly, F.E.; Ibrahim, I.A.; Abdel Khalek, M.A.; Ahmed, M.A.; Abdel-Messih, M.F. Exploitation of industrial solid wastes for preparing zeolite as a value-added product and its kinetics as adsorbent for heavy metal ions. Physicochem. Probl. Miner. Process. 2021, 57, 87-99, https://doi.org/10.37190/ppmp/128744.

4. El-Sayed, S.; Abdel-Khalil, N.A.; El-Shahtoury, E.H.; Abdel-Motelib, A.; Hassan, M.S.; Abdel-Khalil, M.A. Mineralogical study and enhanced gravity separation of gold-bearing mineral, South Eastern Desert, Egypt. Physicochem. Probl. Miner. Process. 2020, 56, 839-848, https://doi.org/10.1016/j.pmp.2019.125977.

5. Abdelbasir, S.M.; McCourt, K.M.; Lee, C.M.; Vanegas, D.C. Waste-Derived Nanoparticles: Synthesis Approaches, Environmental Applications, and Sustainability Considerations. Frontiers in Chemistry 2020, 8, https://doi.org/10.3389/fchem.2020.00782.

6. Kumar, A.; Saini, H.S.; Şengör, S.; Sani, R.K.; Kumar, S. Bioreaching of metals from waste printed circuit boards using bacterial isolates native to abandoned gold mine. BioMetals 2021, https://doi.org/10.1007/s10534-021-00326-9.

7. Koyama, K.; Tanaka, M.; Lee, J.-c. Copper Leaching Behavior from Waste Printed Circuit Board in Ammoniacal Alkaline Solution. Materials Transactions 2006, 47, 1788-1792, https://doi.org/10.2320/mttrans.47.1788.

8. Kundig, J.; Konrad, J.A. (Eds.). Copper: Its Trade, Manufacture, Use, and Environmental Status. Joseph, G.ASM International, 2017, pp. 141-192.

9. Li, J.; Xu, T.; Liu, J.; Wen, J.; Gong, S. Bioleaching metals from waste electrical and electronic equipment (WEEE) by Aspergillus niger: a review. Environmental Science and Pollution Research 2021, 28, 44622-44637, https://doi.org/10.1007/s11356-021-15074-z.

10. Farghaly, M.G.; Attia, H.; Saleh, A.H.M.; Ramadan, A.M.; Abdel Khalek, M.A. A combined hydrocyclone - electrocoagulation treatment for different types of industrial wastewater. Physicochem. Probl. Miner. Process. 2021, 57, 144-156, https://doi.org/10.37190/ppmp/133165.

11. Porvali, A.; Ojansen, S.; Wilson, B.P.; Serna-Guerrero, R.; Lundström, M. Nickel Metal Hydride Battery Waste: Mechano-hydrometallurgical Experimental Study on Recycling Aspects. Journal of Sustainable Metallurgy 2020, 6, 78-90, https://doi.org/10.1007/s40831-019-00258-2.

12. Kim, S.; Bang, J.; Yoo, J.; Shin, Y.; Bae, J.; Jeong, J.; Kim, K.; Dong, P.; Kwon, K. A comprehensive review on the pretreatment process in lithium-ion battery recycling. Journal of Cleaner Production 2021, 294, https://doi.org/10.1016/j.jclepro.2021.126329.

13. El-Sayed, S.; El-Shahtoury, E.H.; Abdel-Khalil, N.A.; Abdel-Motelib, A.; Abdel-Khalil, M.A. Influence of Bacillus cereus-Gold Interaction on Bio-floatation of Gold in the Presence of Potassium Butyl Xanthate. Biointerface Research in Applied Chemistry 2021, 11, 13005-13018, https://doi.org/10.33263/BRIAC115.1300513018.

14. Pradhan, S.; Nayak, R.; Mishra, S. A review on the recovery of metal values from spent nickel metal hydride and lithium-ion batteries. International Journal of Environmental Science and Technology 2021, https://doi.org/10.1007/s13762-021-03356-5.

15. Gao, X.-Y.; Fu, C.-A.; Hao, L.; Gu, X.-F.; Wang, R.; Lin, J.-Q.; Liu, X.-M.; Pang, X.; Zhang, C.-J.; Lin, J.-Q.; Chen, L.-X. The substrate-dependent regulatory effects of the AfeI/R system in Acidithiobacillus ferrooxidans reveals the novel regulation strategy of quorum sensing in acidophiles. Environmental Microbiology 2021, 23, 757-773, https://doi.org/10.1111/1462-2920.15163.

16. Kashyap, S.; Holden, J.F. Microbe-mineral interaction and novel proteins for iron oxide mineral reduction in the Hyperthermophilic Crenarchaeon Pyrodictium delaneyi. Appl. Environ. Microbiol. 2021, 87, 2330-20, https://doi.org/10.1128/AEM.02330-20.

17. Bergogne-Berezin, E.; Joly-Guillou, M.-L.; Towner, K.J. Acinetobacter: microbiology, epidemiology, infections, management. CRC press: 1st Ed., Volume 240, 2020, pp. 13-36, https://doi.org/10.1201/9781003069263.

18. Gutnick, D.L.; Allon, R.C.; Levy, C.; Petter, R.; Minas, W.; Towner, K.J.; Bergonz-Bérézin, E.; Fewson, C.A. Applications of acinetobacter as an industrial Microorganism in the biology of acinetobacter: Taxonomy, Clinical Importance. In: Molecular Biology, Physiology, Industrial Relevance. Springer, US, Federation European Microbiological Societies Symposium Series. Volume 57, 2013, pp. 411-441.
19. Elahi, A.; Arooj, I.; Bukhari, D.A.; Rehman, A. Successive use of microorganisms to remove chromium from wastewater. *Applied Microbiology and Biotechnology* **2020**, *104*, 3729-3743. https://doi.org/10.1007/s00253-020-10533-y.

20. El-Naggar, N.; Abdel-Wahed, N.A.; Saber, W.I.; Mohamed, A.A. Bioprocessing of some agro-industrial residues for endoglucanase production by new subsp; Streptomyces albogriseolus subsp. cellulolyticus strain. *Brazilian J. microbiology* **2014**, *45*, 743-756. https://doi.org/10.1590/s1517-83822014005000049.

21. Porto, B.A.; da Silva, T.H.; Machado, M.R.; de Oliveira, F.S.; Rosa, C.A.; Rosa, L.H. Diversity and distribution of cultivable fungus present in acid sulphate soils in chronosequence under para-periglacial conditions in King George Island, Antarctica. *Extremophiles* **2020**, *24*, 797-807. https://doi.org/10.1007/s00792-020-01195-9.

22. Madrigal-Arias, J.E.; Argumedo-Delira, R.; Alarcón, A.; Mendoza-López, M.R.; García-Barradas, O.; Cruz-Sánchez, J.S.; Ferrera-Cerrato, R.; Jiménez-Fernández, M. Bioleaching of gold, copper and nickel from waste cellular phone PCBs and computer gold finger motherboards by two Aspergillus niger strains. *Brazilian journal of microbiology* **2015**, *46*, 707-713. https://doi.org/10.1590/S1517-838220140140256.

23. Krishnamoorthy, S.; Ramakrishnan, G.; Dhandapani, B. Recovery of valuable metals from waste printed circuit boards using organic acids synthesised by Aspergillus nivens. *IET Nanobiotechnology* **2021**, *15*, 212-220. https://doi.org/10.1049/ntb2.12001.

24. Politi, M.A.; Aparicio, J.D.; Benimeli, C.S.; Amoroso, M.J. Simultaneous bioremediation of Cr(VI) and lindane in soil by actinobacteria. *International Biodeterioration & Biodegradation* **2014**, *88*, 48-55. https://doi.org/10.1016/j.ibiod.2013.12.004.

25. Jagannath, A.; Shetty K., V.; Saidutta, M.B. Bioleaching of copper from electronic waste using Acinetobacter sp. Cr B2 in a pulsed plate column operated in batch and sequential batch mode. *Journal of Environmental Chemical Engineering* **2017**, *5*, 1599-1607. https://doi.org/10.1016/j.jece.2017.02.023.

26. Santhiya, D.; Ting, Y. Bioleaching of spent refinery processing catalyst using Aspergillus niger with high yield oxalic acid. *Journal of Biotechnology* **2005**, *116*, 171-184. https://doi.org/10.1016/j.jbiotec.2004.10.011.

27. Shirokikh, I.G.; Solovyeva, E.S.; Ashihmina, T.J. Functional and structural features of streptomycete complexes isolated from soils with varying degrees of heavy-metal contamination. *Contemporary Problems of Ecolology* **2015**, *8*, 125-132. https://doi.org/10.1134/S1995425515010138.

28. Farkas, B.; Kolenčík, M.; Hain, M.; Dobročka, E.; Kratošová, G.; Bujdoš, M.; Feng, H.; Deng, Y.; Yu, Q.; Illa, R.; Sunil, B.R.; Kolenčík, M.; Hain, M.; Dobročka, E.; Kratošová, G.; Bujdoš, M.; Feng, H.; Deng, Y.; Yu, Q.; Illa, R.; Sunil, B.R.; Kim, H.; Mataš, P.; Urík, M. Aspergillus niger Decreases Bioavailability of Arsenic(V) via Biotransformation of Manganese Oxide into Biogenic Oxalate Minerals. *Journal of Fungi* **2020**, 6. https://doi.org/10.3390/jof6040270.

29. Nithya, R.; Sivasankari, C.; Thirunavukkarasu, A. Electronic waste generation, regulation and metal recovery: a review. *Environmental Chemistry Letters* **2021**, *19*, 1347-1368. https://doi.org/10.1007/s10311-020-01119-9.

30. Murugesan, M.P.; Kannan, K.; Selvaganapathy, T. Bioleaching recovery of copper from printed circuit boards and optimization of various parameters using response surface methodology (RSM). *Materials Today: Proceedings* **2020**, *26*, 2720-2728. https://doi.org/10.1016/j.matpr.2020.02.571.

31. Majzlik, P.; Strasky, A.; Adam, V.; Němec, M.; Trmkova, L.; Zehnalek, J.; Hubalek, J.; Provaznik, I.; Kizek, R. Influence of Zinc (II) and Copper (II) Ions on Streptomyces Bacteria Revealed by Electrochemistry. *Int. J. Electrochem. Sci. International Journal* **2011**, *6*, 2171-2191.

32. Frommuan, Y.; Promsai, S.; Meelai, S. Antimicrobial activity of Streptomyces spp. isolated from Apis dorsata combs against some phytopathogenic bacteria. *PeerJ* **2020**, 8, https://doi.org/10.7717/peerj.10512.

33. Horeh, N.B.; Mousavi, S.M.; Shojaosadadi, S.A. Bioleaching of valuable metals from spent lithium-ion mobile phone batteries using Aspergillus niger. *Journal of Power Sources* **2016**, *320*, 257-266. https://doi.org/10.1016/j.jpowsour.2016.04.104.

34. Young, R.J.; Veasey, T.J. Application of the ring-loaded strength (RLS) disc test to monitor the effects of thermal pre-treatments on ore grindability. *Minerals Engineering* **2000**, *13*, 783-787. https://doi.org/10.1016/S0892-6875(00)00063-7.

35. Kudpeng, K.; Boht, T.; Morris, C.; Thiravetyan, P.; Kaksonen, A.H. Bioleaching of Gold from Sulfidic Gold Ore Concentrate and Electronic Waste by Roseovarius tolerans and Roseovarius mucosus. *Microorganisms* **2020**, 8. https://doi.org/10.3390/microorganisms8111783.

36. Goltar-Ahmadi, M.; Mousavi, S.M. Extraction of valuable metals from discarded AMOLED displays in smartphones using Bacillus foraminis as an alkali-tolerant strain. *Waste Management* **2021**, *131*, 226-236. https://doi.org/10.1016/j.wasman.2021.06.006.

37. Ibnouf, E.O. The effect of UV radiation on O-7 Actinomycete in producing bioactive compounds in different growth conditions. *Saudi Journal of Biological Sciences* **2021**, *28*, 4619-4625. https://doi.org/10.1016/j.sjbs.2021.04.070.

38. Amiri, F.; Mousavi, S.M.; Yaghmae, S.; Barati, M. Bioleaching kinetics of a spent refinery catalyst using Aspergillus niger at optimal conditions. *Biochemical Engineering Journal* **2012**, *67*, 208-217. https://doi.org/10.1016/j.bej.2012.06.011.
39. Matthew, R.; Ire, F.; peterside, N. Optimization of Nutritional Variables Using Response Surface Methodology for Enhanced Antifungal Metabolite Production by Janibacter sp. RC18 from Turmeric Rhizosphere. *International Journal of Current Microbiology and Applied Sciences* 2020, 9, 284-302, https://doi.org/10.20546/ijcmas.2020.9.04.035.

40. Shulami, S.; Zehavi, A.; Belakhov, V.; Salama, R.; Lansky, S.; Baasov, T.; Shoham, G.; Shoham, Y. Cross-utilization of β-galactosides and cellobiose in *Geobacillus stearothermophilus*. *J. Biol. Chem.* 2020, 295, 10766-10780, https://doi.org/10.1074/jbc.RA120.014029.

41. Romero-Rodríguez, A.; Maldonado-Carmona, N.; Ruiz-Villafán B.; Koirala, N.; Rocha, D.; Sanchez, S. Romero-Rodríguez, A.; Maldonado-Carmona, N.; Ruiz-Villafán, B.; Koirala, N.; Rocha, D.; Sánchez, S. Interplay between carbon, nitrogen and phosphate utilization in the control of secondary metabolite production in Streptomyces. *Antonie van Leeuwenhoek* 2018, 111, 761-781, https://doi.org/10.1007/s10482-018-1073-1.

42. Thakur, D.; Bora, T.C.; Bordoloi, G.N.; Mazumdar, S. Influence of nutrition and culturing conditions for optimum growth and antimicrobial metabolite production by Streptomyces sp. 201. *Journal de Mycologie Médicale* 2009, 19, 161-167, https://doi.org/10.1016/j.jymcm.2009.04.001.

43. Fischer, M.; Alderson, J.; van Keulen, G.; White, J.; Sawers, R.G. The obligate aerobe Streptomyces coelicolor A3(2) synthesizes three active respiratory nitrate reductases. *Microbiology* 2010, 156, 3166-3179, https://doi.org/10.1099/mic.0.042572-0.

44. Wang, J.; Zhao, G.-P. *GlnR* positively regulates *nasA* transcription in Streptomyces coelicolor. *Biochemical and Biophysical Research Communications* 2009, 386, 77-81, https://doi.org/10.1016/j.bbrc.2009.05.147.

45. Pamboukian, C.R.D.; Facciotti, M.C.R. Production of antitumoral retamycin during fed-batch fermentations of Streptomyces olindensis. *Applied Biochemistry and Biotechnology* 2004, 112, 111-122, https://doi.org/10.1385/abab:112:2:111.

46. Kaliyaraj, D.; Rajendran, M.; Angamuthu, V.; Antony, A.R.; Kaari, M.; Thangavel, S.; Venugopal, G.; Joseph, J.; Manikkam, R. Biotoxicity of heavy metals from printed circuit board (PCB) by Streptomyces albidoflavus TN10 isolated from insect nest. *Bioresources and Bioprocessing* 2019, 6, https://doi.org/10.1186/s40643-019-0283-3.

47. Locatelli, F.M.; Goo, K.-S.; Ulanova, D. Effects of trace metal ions on secondary metabolism and the morphological development of streptomycetes. *Metallomics* 2016, 8, 469-480, https://doi.org/10.1039/c5mt00324e.

48. Bosecker, K. Bioleaching: metal solubilization by microorganisms. *FEMS Microbiology Reviews* 1997, 20, 591-604, https://doi.org/10.1111/j.1574-6976.1997.tb00340.x.

49. Zhao, H.; Wang, J.; Sui, Y.; Wei, F.; Qi, J.; Meng, Q.; Ren, Y.; He, Y. Construction of layered C@MnNiCo–OH/Ni3S2 core–shell heterostructure with enhanced electrochemical performance for asymmetric supercapacitor. *Journal of Materials Science: Materials in Electronics* 2021, 32, 11145-11157, https://doi.org/10.1007/s10854-021-05780-2.

50. Smidt, E.; Schwanninger, M. Characterization of Waste Materials Using FTIR Spectroscopy: Process Monitoring and Quality Assessment. *Spectroscopy Letters* 2005, 38, 247-270, https://doi.org/10.1081/SL-200042310.

51. Hu, Y.; Li, J.; Liu, L. Current Status and Future Perspective of Recycling Copper by Hydrometallurgy from Waste Printed Circuit Boards. *Procedia Environmental Sciences* 2016, 31, 162-170, https://doi.org/10.1016/j.proenv.2016.02.022.

52. Jablonovská, K.; Štyriaková, I.; Štyriaková, I. Bioleaching of Zn, Ni and Fe from contaminated sediments of water reservoir Ružín I with using heterotrophic bacterial strains. *Acta Montanistica Slovaca* 2012, 17, 47-50.

53. Nshizirungu, T.; Rana, M.; Jo, Y.T.; Park, J.-H. Recycling of NCM cathode material from spent lithium-ion batteries via polyvinyl chloride and chlorinated polyvinyl chloride in subcritical water: A comparative study. *Journal of Hazardous Materials* 2021, 414, https://doi.org/10.1016/j.jhazmat.2021.125575.